ABSTRACT

Objective: The purpose of this research is to investigate the tensile strength of commercial synthetic non-absorbable suture made from blue polypropylene monofilament that commonly used in surgery.

Methods: The commercial synthetic non-absorbable made from blue polypropylene monofilament was prepared for this purpose. The ASTM C1557-03 was used as a standard the method for analysis. For accuracy of the measurement, the diameter of the sutures was measured using optical microscope. The tensile strength, strain at failure, and modulus elasticity of the sutures were measured following instruction from the standard test method. The graph strain versus stress was provided.

Results: Results show that the average tensile strength of five valid tested samples is about 875.812 MPa. The average strain is found about 0.282. The average of modulus of elasticity is 4026.069 MPa.

Conclusion: It is concluded that the sutures of commercial synthetic non-absorbable suture made from blue polypropylene monofilament having linear elastic as well as plastic properties. The average tensile strength of five valid tested samples is about 875.812 MPa. The average strain at failure is found about 0.282. The average of modulus of elasticity is 4026.069 MPa.

Keyword: Tensile strength, Synthetic, Non-absorbable, Sutures, Blue, Polypropylene, Monofilament.

INTRODUCTION

Suture material is classified either as non-absorbable or absorbable. A non-absorbable suture material is much more slowly broken down over many months, and modern synthetics are much more inert. Non-absorbable sutures have high tensile strength, but lose between 10% and 15% of the tensile strength every year. It is a relatively elastic material and causes minimal tissue inflammation. And similarly non-absorbable sutures do not cause much tissue reaction. Absorbable suture is defined as suture that loses most of its tensile strength. The time it takes to be degraded in tissue varies by type of material. It has a high tensile strength, but the tensile strength decreases as the suture mass is absorbed. The absorbable sutures are available in monofilament or braided varieties [1].

The application of suture in surgery is very important, ranging from fascia, repair of tension band of fractures, joint capsules, and closure of surgical wounds, muscles, tendon, or ligaments. The quality of repair depends on variables such as the surgical technique, material properties suture, and tissue characteristics. The types of material that is used for suture have important implications in tissue repair. Adverse surgical outcomes can be avoided by selecting suitable suture materials [11]. Table 1 is a list of material for sutures obtained from previous publication.

Evaluations of suture are conducted continuously by group of purchasing organizations. The purchasing commission conducts research to survey materials managers, surgeons, and operating room supervisors, at member hospitals regarding their rating of product’s clinical acceptability and their vendor preference [12]. These data will assist the surgeon in selection and application of appropriate suture materials to specific tasks [11].

The important properties of sutures are provided adequate tension for wound closure and non-reactivity for the least inflammatory response [13]. The purpose of this work is to provide the tensile strength data of commercial synthetic non-absorbable sutures made from blue polypropylene monofilament. The data of failure strain and modulus elasticity are also provided for consideration of the user.

METHODS

Commercial synthetic non-absorbable suture made from blue polypropylene monofilament was prepared in this research for tensile strength investigation. The suture was under trademark Corleone from the company of Peter Surgical, France.

The tested material was extracted from sterile packaging and referred from instruction from previous publication [13]. The samples then were immersed in alcohol for 1 day.

The average of the diameter sample measurements represented the mean diameter value for each material investigated as explained in previous publication [13]. The diameter measurements were performed on each sample of material at three different equidistant points of the sutures. The diameter of the sutures was measured using optical microscope (Olympus SZH 10).

Tensile testing has been performed to evaluate the tensile strength of sutures. The modulus elasticity (E) and strain (e) are also presented. Five times repetition of valid tensile tests were conducted and average value of tensile test will be provided. The tensile strength test analysis has been carried out following standard test method for tensile strength.
Table 1: The average diameter, tensile strength, failure strain, and modulus elasticity of the non-absorbable suture made from blue polypropylene monofilament

| Samples | Average diameter (mm) | Tensile strength (MPa) | Failure strain | Modulus of elasticity (MPa) |
|---------|----------------------|-----------------------|---------------|-----------------------------|
|         |                      | Individual sample     | Average       | Individual sample           | Average       | Individual sample | Average       |
| Sample 1| 0.140                | 792.40                | 875.812       | 0.260                       | 0.282         | 3815.262          | 4270.442     |
| Sample 2| 0.137                | 910.14                |               | 0.284                       |               | 4014.909          |               |
| Sample 3| 0.143                | 850.73                |               | 0.276                       |               | 4026.755          |               |
| Sample 4| 0.142                | 897.73                |               | 0.276                       |               | 4026.069          |               |
| Sample 5| 0.136                | 928.07                |               | 0.312                       |               | 4026.069          |               |

Table 2: Material for sutures from various source of publications

| Sutures materials | References |
|-------------------|------------|
| Thermoplastic poly(carbonate) urethane | [2] |
| Polypropylene | [2,3] |
| Silk | [4-7] |
| Catgut | [8,9] |
| Nylon | [10] |
| Polydioxanone | Poly(glycolic acid) | [3] |
| Polyethylene, polyester, copolymerized lactide, and glycolide | [11] |

and modulus elasticity of fiber [14]. The load was measured by digital balance (Sartorius).

The mounting tab was utilized for specimen mounting. Schematic of the mounting tab for tensile test of the single fiber is presented in Fig. 1. Small amount glue is placed on the mounting tab. The fiber is bond to the mounting tab. The gauge length in this research was 50 mm and was defined as gauge length.

The tensile strength (\(\sigma\)) was calculated using Equation 1. Where \(A\) is across sectional area fracture plane normal to fiber axis (\(\text{mm}^2\)) and \(F\) is force to failure (\(\text{N}\)) [14].

\[
\sigma = \frac{F}{A} \quad (1)
\]

The tensile strain, \(\varepsilon\) (dimensionless) was measured using Equation 2. Where \(L_o\) (mm) was the gauge length and \(\Delta L\) (mm) was elongation of the gauge length [14].

\[
\varepsilon = \frac{\Delta L}{L_o} \quad (2)
\]

The modulus elasticity \(E\) of the suture (MPa) was calculated using Equation 3 [14].

\[
E = \frac{\sigma}{\varepsilon} \quad (3)
\]

RESULTS AND DISCUSSION

The result of tensile strength of commercial synthetic non-absorbable suture made from blue polypropylene monofilament is presented in Table 2. It is found that the average tensile strength of five valid tested samples is about 875.812 MPa. The average failure strain is found about 0.282. The average of modulus of elasticity is about 4026.069 MPa.

The graph of strain versus stress from the tensile test of commercial synthetic non-absorbable suture made from blue polypropylene
Table 3: Comparison the tensile properties of absorbable sutures with non-absorbable sutures (this research)

| Type of sutures                        | Material                                      | Average tensile strength (MPa) | Average max. tensile strain | Average Young’s modulus (MPa) |
|----------------------------------------|-----------------------------------------------|-------------------------------|----------------------------|------------------------------|
| Natural absorbable [9]                 | Chromic catgut monofilament                   | 392.276                       | 0.143                       | 2786.484                    |
| Synthetic absorbable [9]               | Braided violet coated polyglycolide           | 1070.292                      | 0.362                       | 5321.328                    |
| Synthetic non-absorbable (this research)| Blue, polypropylene, monofilament            | 875.812                       | 0.282                       | 4026.069                    |

Fig. 3: Tensile strength and failure at strain of some sutures, namely, natural absorbable (chromic catgut monofilament) [9], synthetic absorbable (braided violet coated polyglycolide) [9], and synthetic non-absorbable (blue, polypropylene, monofilament) that is investigated in this work.

Fig. 4: Modulus elasticity of some sutures, namely: Natural absorbable (chromic catgut monofilament) [9], synthetic absorbable (braided violet coated polyglycolide) [9], to be compared with synthetic non-absorbable (blue, polypropylene, monofilament) that is investigated in this research.

It is important to compare the tensile strength of commercial synthetic non-absorbable suture made from blue polypropylene monofilament as was conducted in this research to other type of sutures. This information will be importance information for the surgeon for decision during choosing type of sutures. Suture from other vendor than in this research may have different result because does not have equivalent performance profiles. Specific brand seems to be the most important determinant of physician evaluations of the different vendor’s products. It is importance of conducting comparisons of multiple vendors [12].

Tensile strength data assist the surgeon in selection and application of appropriate suture materials to specific tasks [11]. Table 3 is comparison of tensile properties to absorbable sutures obtained from previous investigation [9]. The non-absorbable suture in this research is found superior above tensile strength of natural absorbable sutures (chromic catgut monofilament). Chromic gut was problems with suture security overtime [15]. However, if compare to synthetic absorbable suture (braided violet coated polyglycolide), the tensile strength of synthetic non-absorbable suture in this research is found a bit lower (Fig. 3). It should take into consideration also that braided sutures have greater strength and pliability making a knot less likely to slip, meaning fewer throws could result in a secure knot [16].

Instead braided violet coated polyglycolide having better tensile strength, previous publication also informed that polyglactin would be the best suture material with regard to tissue security and reaction scores [16].

Previous publication reports that non-absorbable surgical sutures, due to their antigenicity and/or the presence of bacterial infection, can cause granuloma formation after surgery [4]. Therefore, application of absorbable sutures is promoted due to this reason.

The strain failure of synthetic non-absorbable suture also is found lower comparing synthetic absorbable sutures. This is due polyglycolide exhibits stress relaxation [3]. The highest modulus elasticity is found also in the synthetic absorbable suture (Fig. 4), which means that suture made from synthetic braided violet coated polyglycolide is more stiffness than synthetic non-absorbable in this research.

The difficulty was faced during conducting this research. The material that was tested in this research was in micron size. Therefore the tensile test of the sutures should be done by experienced technician.
Future work: The degradation strength of the sutures after surgeon will be investigated as future work.

CONCLUSION

Tensile test of non-absorbable sutures was conducted in this research. The material is blue, polypropylene, monofilament. It is found that the average tensile strength of five valid tested samples is about 875.812 MPa. The average strain $\varepsilon$ is found about 0.282. The average of modulus of elasticity is 4026.069 MPa. The sutures having both linear elastic and plastic property.

ACKNOWLEDGMENT

This research was supported by Ministry of Research Technology and Higher Education of the Republic of Indonesia through Udayana University, Jimbaran, Bali, Indonesia.

REFERENCES

1. Macsai MS. Ophthalmic Microsurgical Suturing Techniques. Berlin, Heidelberg: Springer-Verlag; 2007.
2. Vogels RR, Lambertz A, Schuster P, Jockenhoevel S, Bouvy ND, Disselhorst-Klug C, et al. Biocompatibility and biomechanical analysis of elastic TPU threads as new suture material. J Biomed Mater Res 2017;105:99-106.
3. Metz SA, Fraunhofer JA, Masterson BJ. Stress relaxation of organic suture materials. Biomaterials 1990;11:197-9.
4. Kikuchi M, Nakamoto Y, Shinoara S, Fujirawa K, Tona Y, Yamazaki H, et al. Suture granuloma showing false-positive finding on PET/CT after head and neck cancer surgery. Auris Nasus Larynx 2012;39:94-7.
5. Nindhia TS, Nindhia TG, Surata IW, Knejzlik Z, Ruml T. Effect of feeding with herb of Erythrina variegata to biocompatibility of the cocoon fiber of wild silk moth Attacus atlas for future application as biocompatible of silk sutures. Asian J Pharm Clin Res 2018;11:20-3.
6. Nindhia TG, Knejzlik Z, Ruml T, Surata IW, Nindhia TS. Indigenous Indonesian Wild silkworm cocoon of Attacus atlas as biocompatible film biomaterial. Mater Sci Eng 2017;204:1-5.
7. Nindhia TG, Koyoshib Y, Kanekob A, Sawadab H, Ohtab M, Hiraib S, et al. Hydroxyapatite-silk functionally graded material by pulse electric current sintering. Trends Biomater Artif Organs 2008;22:28-33.
8. Pillai CK, Sharma CP. Review paper: Absorbable polymeric surgical sutures: Chemistry, production, properties, biodegradability, and performance. J Biomater Appl 2010;25:291-366.
9. Nindhia TG, Astawa P, Nindhia TS, Surata IW. Comparison tensile strength of natural and synthetic absorbable sutures. Int J Appl Pharm 2019;11:157-9.
10. Shimamura N, Matchett G, Tsukobawa T, Okkuma H, Zhang J. Comparison of silicon-coated nylon suture to plain nylon suture in the rat middle cerebral artery occlusion model. J Neurosci Methods 2006;2006:161-5.
11. Najibi S, Bangleirer M, Matta JM, Tannast M, Material properties of common suture materials in orthopaedic surgery. Iowa Orthop J 2010;30:84-8.
12. Burns LR, Lee JA, Bradlow ET, Antonacci A. Surgeon evaluation of suture and endo-mechanical products. J Surg Res 2007;141:220-33.
13. Nobile L, Checchi L, Monaco G. Experimental analysis of tensile properties of some suturing materials. J Mater Sci 1997;8:53-6.
14. ASTM International. ASTM C 1557-03, Standard Test Method for Tensile Strength and Young’s Modulus of Fibers. Pennsylvania, PA: United State: ASTM International; 2003.
15. Salgado MA, Lewbart GA, Christian LS, Griffith EH, Law JM. Evaluation of five different suture materials in the skin of the earthworm (Lumbricus terrestris). Springerplus 2014;3:423.
16. Marturello DM, McFadden MS, Bennett RA, Ragetly GR, Horn G. Knot security and tensile strength of suture materials. Vet Surg 2014;43:73-9.